Novamene: A new class of carbon allotropes

Larry A Burchfielda,*, Mohamed Al Fahima, Richard S Wittmancies, Francesco Delodovicic, Nicola Maninic

a Alfields, Inc. PO Box 3091, Richland, WA 99354, USA
b Pacific Northwest National Laboratory, 902 Battelle Blvd, Richland, WA 99354, USA
c Dipartimento di Fisica, Università degli Studi di Milano, Via Celoria 16, I-20133 Milano, Italy

* Corresponding author.
E-mail address: info@alfields.co (L.A. Burchfield).

Abstract

We announce a new class of carbon allotropes. The basis of this new classification resides on the concept of combining hexagonal diamond (sp$^3$ bonded carbon – lonsdaleite) and ring carbon (sp$^2$ bonded carbon – graphene). Since hexagonal diamond acts as an insulator and sp$^2$ bonded rings act as conductors, these predicted materials have potential applications for transistors and other electronic components. We describe the structure of a proposed series of carbon allotropes, novamene, and carry out a detailed computational analysis of the structural and electronic properties of the simplest compound in this class: the single-ring novamene. In addition, we suggest how hundreds of different allotropes of carbon could be constructed within this class.

Keywords: Chemistry, Materials science

1. Introduction

Elemental carbon occurs throughout nature in a wide variety of allotropic forms. This variety of allotropic forms is attributed to carbon being the only element in the periodic table known to have stable isomers with 1, 2, or 3 dimensions. The carbon atom can hybridize electronic states forming different but mutually compatible binding geometries leading to a rich range of binding topologies and electrical properties. Schematically, carbon can function either as a conductor, in sp chains –
carbynes — and sp² planar structures — graphene and graphite, or as a wide-gap insulator in sp³ tetrahedral coordination — e.g. diamond and alkanes. The origin of these properties can be traced directly to the type of hybridization: sp, sp², or sp³. The first two have the potential to form bonds that are electrically conducting while sp³ has insulating properties.

In 1985 Richard Smalley et al. at Rice University discovered a new class of carbon allotrope — fullerenes. Since then no other new class has been identified, although in the quest for new materials, extended research addressed a broad range of new arrangements of carbon [1, 2, 3, 4, 5, 6]. The arrangement of carbon allotropes crosses an astonishing range of extremes, yet they are all merely structural formations of the same element. What distinguishes carbon in this plethora of allotropy is not only the structure but also the bond types.

Hexagonal diamond, also called lonsdaleite, is an allotrope of carbon with a hexagonal structure. Lonsdaleite was first identified in 1967 from the Diablo Canyon meteorite, where it occurs as microscopic crystals alternating with cubic diamond [7]. Hexagonal diamond has also been synthesized in the laboratory [8] by compressing and heating graphite either in a static press or using explosives [9]. Lonsdaleite has also been produced by the thermal decomposition of a polymer, poly(hydridocarbyne), at atmospheric pressure, under argon atmosphere, at 1,000 °C [10, 11], or by chemical vapor deposition [12, 13, 14]. The hardness of lonsdaleite is theoretically superior to that of cubic diamond (up to 58% more) according to computational simulations [15]. However natural specimens exhibit significantly lower hardness through a large range of values (from 7 to 8 on Mohs hardness scale). The cause of the lower hardness is speculated to be due to significant lattice defects and impurities in the samples [16].

This speculation lead the first named author of the present paper to a simple idea in September 2014: What would an allotrope of carbon resemble that combines both hexagonal diamond and graphene? It is this speculation that led to this simple concept — that hexagonal diamond has the ability to be “stitched together” with graphene to form hundreds of carbon allotropes. A substantial percentage of sp² defects of the kind discussed in the presently proposed structures could also explain the lower hardness of lonsdaleite samples.

Due to its unique chemical and physical properties graphene is starting to find applications for electronic components including, but not limited to, integrated circuits, optoelectronics, Hall effect sensors, quantum dots, optical absorption/modulation, infrared-light detection, photovoltaic cells, conductive electrodes, fuel cells, supercapacitors, molecular absorption sensors, and piezoelectric devices.

The variety of structures of the presently disclosed novamene allotropes, combining an electron conducting graphene core surrounded by an insulating...
outer lonsdaleite, may prove useful for several of the above mentioned applications. Different allotropes would serve as an ideal platform providing flexibility for the desired application. For example, in the production of integrated circuits, the incorporation of the presently disclosed carbon allotrope would provide high carrier mobility due to the central graphene core, together with stiff mechanical properties.

This paper is organized as follows: the Background section sketches the idea for the new allotropy called novamene; the Results section describes this class of allotropes, focusing on the simplest novamene structure, the one based on one hexagonal ring, for which a detailed investigation based on the density-functional theory (DFT) is provided; in the Conclusions section we compare the present structures with experimental evidence about a recently synthesized material, Q carbon, and discuss the obtained results.

2. Background

In the present paper, we propose the concept of various sp² hexagonal carbon rings surrounded by hexagonal diamond. Each combination of rings and additional enveloping lonsdaleite layer leads to a different allotrope of carbon.

A parallel to this allotropy was demonstrated with the fullerenes: their study began with the pursuit of identifying the structure of C₆₀. This concept grew rapidly with other allotropes such as C₇₀, carbon nano-onions, and so on. In turn, this lead to the idea and discovery of single-walled carbon nanotubes, multi-walled ones, and numerous other fullerene-type allotropes of carbon.

2.1. Mathematical combinations of hexagonal rings

The geometric arrangements of adjacent hexagonal rings are called fusenes. Fusenes are mathematical combinations of joined hexagonal rings within a plane [18, 19], as sketched in Fig. 1, and numbered in Table 1.

This classification provides a “menu” for the configurations of the hexagonal rings forming the sp² carbon core of the novamene compounds that we introduce in the following.

3. Results

3.1. The single-ringed novamene: concept

The simplest unit of graphene is a single six-carbon ring. When this ring is surrounded by hexagonal diamond, this sp³ carbon arranges in 3 five-carbon rings and 3 seven-carbon rings, which assemble together as illustrated in Fig. 2. A physical, three-dimensional (3D), ball-and-stick model was built and investigated...
carefully. Then the repeated unit and its symmetries were identified, and computer renderings were generated.

One of the key features about this proposed carbon allotrope is that a simple repeat-unit, highlighted in Fig. 2, can be translated periodically to construct an extended 3D structure. More details about the number of layers needed to fully describe the smallest repeating unit of the structure are given in the next section.

3.2. The single-ringed novamene: crystal structure

Since the study of the proposed carbon allotrope starts from a qualitative 3D model, it is important to propose physical constraints to the bond-lengths in this arrangement. As such, the proposed structure is better understood by making comparisons to known carbon allotropes, including diamond, graphite (where

Table 1. The number of combinations of inequivalent hexagonal ring placements as a function of the number of rings in the plane.

| No. of Rings | No. of Combinations | No. of Rings | No. of Combinations |
|--------------|---------------------|--------------|---------------------|
| 1            | 1                   | 9            | 7,036               |
| 2            | 1                   | 10           | 33,836              |
| 3            | 3                   | 11           | 166,246             |
| 4            | 7                   | 12           | 829,987             |
| 5            | 22                  | 13           | 4,197,273           |
| 6            | 82                  | 14           | 21,456,444          |
| 7            | 339                 | 15           | 110,716,585         |
| 8            | 1,505               | 16           | 576,027,737         |
graphene is a single layer of graphite), lonsdaleite, and fullerene, see Fig. 3. Indeed, the proposed structure draws on elements of each of these compounds. For example, the motif of single hexagonal rings of carbon surrounded by three carbon pentagons is similar to the fundamental repeating pattern in “bucky-balls” (Fig. 3a). In that structure, C-C distances in the hexagonal rings surrounded by a total of six alternating pentagons and hexagons are on the order of 1.45–1.49 Å [20]. It is the folding up of these alternating hexagons and pentagons surrounding a
central hexagonal carbon ring that leads to the classic soccer-ball shape of fullerenes. In contrast, in the present novamene the grouping of 3 pentagons surrounding a central hexagonal ring remains “in plane”, thanks to 7-atom carbon rings popping up from the A to the nearing B plane. For the AB interplanar distance we initially take a tentative 2.5 Å.

We construct the initial guess for the structure by enforcing threefold symmetry around the center of the sp² hexagon, and a repeated hexagonal cell with the same symmetry. Each periodically repeated cell includes 26 carbon atoms, 15 of which in the A plane plus 11 in the B plane. It is crucial to consider the possibility that the atoms in the B layer marked in red in Fig. 2 (“switching atoms”) could move out of the plane switching from sp² to sp³ and forming an extra bond with their partners in the next B layer. As this bonding occurs with the atoms in one plane moving toward the other, the two planes are not equivalent any more, with the result that the minimum repeated cell for the dimerized structure includes a ABA’B’ alternation for a total of 52 atoms. Both structures are characterized by the same space group P–62 m (#189).

3.3. DFT simulations for the structure of single-ringed novamene

To obtain a reliable equilibrium structure for the single-ring novamene, we resort to DFT simulations. We describe the electronic structure in the local density approximation (LDA) using a plane-waves basis with a kinetic energy cutoff of 408 eV, with standard ultrasoft pseudopotentials to account for the 1s core electrons of carbon [21] as implemented in the Quantum Espresso [22] package. The same standard approach was adopted in similar carbon-only contexts in previous work [23, 24, 25, 26, 27, 28, 29, 30].

Starting from the tentative initial structure described in Sect. 3.1, we relax the atomic positions and cell parameters and identify a local minimum of the total DFT energy. Atomic relaxation is carried out until all forces are equal to or less than 4 pN, the residual stress less than 10 bar and the total energy converged to less than \(10^{-6} \text{ eV/atom}\). We provide the basis of fully relaxed atomic positions of the 52 atoms in the cell in the Supplementary Content. Space-group symmetries would allow one to obtain all 52 atomic positions in terms of 9 inequivalent ones.

Table 2 summarizes the properties of the resulting lowest-energy structure, which is the dimerized semiconducting one, based on the 52-atoms cell. These results are compared with other common allotropes of carbon. The tendency of LDA to overestimate binding and to underestimate energy gaps is evident in the comparison. From the thermodynamical point of view, the single-ring novamene structure is slightly less stable than graphite and diamond, but it is a sharp local energy minimum, guaranteeing its long-term stability.
The alternative structure where the switching atoms remain in their sp$^2$ hybridization laying flat inside equivalent B layers is metallic instead. Our simulations evaluate the total energy of the metallic structure above the ground state by 0.042 eV/atom, or 2.18 eV per cell, or, more significantly, 1.09 eV per pair of switching atoms. This energetics suggests a weak Peierls dimerization transition [31]. This energy difference is comparably small, and suggests the possibility to switch between the ground-state distorted semiconductor to the undistorted metal and back. Such switching may be driven by temperature, light, and/or uniaxial strain. We investigated also the possibility of an alternating bonding pattern with one of the pairs of the switching atoms binding inside the cell, and the other two atoms binding to like atoms in neighboring cells: the total energy is the same within our resolution, and the crystal is a small-gap semiconductor in this other

| Structural parameter | Single-ring novamene (hexagonal) | Graphite (hexagonal) | Diamond (face-centered cubic) | Lonsdaleite (hexagonal) |
|----------------------|----------------------------------|----------------------|------------------------------|------------------------|
| a [Å]                | 8.4188                           | 2.433                | 3.523                        | 2.477                  |
|                      |                                  | 2.464*               | 3.56683*                     | 2.51*                  |
| c [Å]                | 4.9981                           | 5.898                | –                            | 4.126                  |
|                      |                                  | 6.711*               |                               | 4.12*                  |
| N$_{atoms}$ per cell | 52                               | 4                    | 2                            | 4                      |
| Cell volume [Å$^3$]  | 306.79                           | 30.23                | 10.93                        | 21.93                  |
|                      |                                  | 35.29*               | 11.34*                       | 22.658*                |
| Density [kg/m$^3$]   | 3381                             | 2639                 | 3649                         | 3638                   |
|                      |                                  | 2261*                | 3516*                        | 3521*                  |
| Cohesive energy [eV/atom] | 9.930                           | 10.303              | 10.157                        | 10.132                |
|                      |                                  | 7.374*               | 7.346*                       |                        |
| Band gap [eV]        | 0.34                             | 0                    | 4.22                         | 3.03                   |
|                      |                                  | 0*                   | 5.47*                        | 4.5*                   |

Table 2. The main structural and electronic properties of single-ring novamene compared to selected carbon allotropes. These properties are obtained by means of DFT-LDA simulations with the same technical characteristics described in the text; * refers to experimental figures.
structure too. This indicates that in the actual crystal each individual vertical row of switching atoms can form dimers almost independently of the other rows. As a result, even with perfectly ordered dimerized lines, we can predict a weak lateral correlation (and therefore structural disorder) of these dimerized lines.

The switching atoms can also explore the non-dimerized configuration, crossing a relatively shallow energy barrier depicted in Fig. 4. High temperature will certainly favor the exploration of this shallow double-well potential profile, most likely leading to a metallic non-dimerized phase.

3.4. Electronic properties of the single-ringed novamene

Fig. 5 reports the band structure of the relaxed crystal. The overall density of states is very much resemblant of that of hexagonal diamond [32], except for the bands near the Fermi energy, which move in very close, and remain separated by a quite small gap. These bands describe the energies of π orbitals localized mostly on the hexagonal rings. These bands are dispersive mostly in the k_z direction (Γ-A, L-M, and K-H segments), while they are quite flat in the in-plane directions, indicating strong localization around the sp^2 rings and “insulation” provided by the surrounding sp^3 carbons.

The present simulation indicates that the novamene structure is a semiconductor characterized by a 335 meV indirect gap (most likely larger in reality due to the
well-known tendency of the LDA to underestimate band gaps). The maximum of the valence band is at the M point and the minimum of the conduction band is along the K-H line. However the flatness of the bands determines peaks in the density of states near the band edges, which should translate into strong light absorption in the infrared immediately above the gap energy. The anisotropy of the

Fig. 5. Left: the band structure of single-ring novamene along a path through special points in the Brillouin zone depicted as an inset. Right: the density of electronic states (DOS).

Fig. 6. Theoretical XRD pattern generated for the single-hexagon novamene structure (black). For comparison, the simulated patterns for the experimental structures of graphite (red), diamond (blue), and lonsdaleite (green).
novamene structure is likely to provide a directional guide for excitons generated by absorbed light in solar-energy harvesting applications [33].

3.5. Single-ringed novamene: simulated diffraction pattern

The equilibrium geometry determined in this report provide enough structural data to generate a theoretical X-ray diffraction (XRD) pattern, shown in Fig. 6. While the XRD pattern of the proposed single-ring novamene structure exhibits several overlapping occurrences with experimental peaks of diamond, graphite, and

Fig. 7. Ball-and-stick model of a two-ringed novamene. The purple bonds connect sp² carbon and the white bonds link sp³ carbon.

Fig. 8. Ball-and-stick models of (a) a “linear” three-ring novamene allotrope; (b) a “bent” three-ring allotrope; (c) a “clustered” three-ring allotrope; and (d) a “clustered” four-ring allotrope.
lonsdaleite, the larger cell generates numerous additional peaks in between the main peaks of the more conventional allotropes. The computed XRD pattern will allow experimentalists to identify the proposed allotrope when it is synthesized.

3.6. Multi-ringed novamene

Based on the above analysis, it is intuitively obvious that other novamene allotropes would also be possible. This concept expands the number of rings “encased” in hexagonal diamond, tilting the sp<sup>2</sup>–sp<sup>3</sup> balance in favor of sp<sup>2</sup>, and leading to a number of other structures, a few examples of which are displayed in Figs. 7 and 8.

The detailed investigation of the structural and electronic properties of these higher novamenes will be the subject of future investigation.

4. Conclusions

We introduce a new class of allotropes of carbon. By ab-initio studies we prove the relative stability of the simplest of these compounds, single-ring novamene. We propose the structures of a few other carbon-only crystals in this class.

The structural information (space group, lattice parameters, and atomic positions) provide the necessary starting ground for future investigations of the mechanical properties, phonon spectra, and thermodynamical stability as a function of pressure and temperature. The main challenge ahead is the synthesis of actual crystals of novamene, and their experimental characterization.

Recently, J. Narayan, and A. Bhaumik [1, 34] synthesized a novel phase of carbon by nanosecond laser melting and quenching carbon from the super undercooled state in the form of thin films or filaments. They called this material “Q-carbon”, and showed that it has an amorphous structure. The Raman spectrum of Q-carbon exhibited a very large fraction of sp<sup>3</sup> (75%–85%) bonded carbon from the relative intensity of the diamond peak at 1333 cm<sup>−1</sup> and the sp<sup>2</sup>-related peaks at 1140 cm<sup>−1</sup> and 1580 cm<sup>−1</sup>. It is perhaps too early to speculate, however, our single-ring novamene has an sp<sup>3</sup> fraction (77%) that is comparable. It is our conjecture that a detailed structural analysis could prove that Q carbon is a disordered arrangement containing a substantial percentage of single-ring novamene, plus hexagonal carbon, plus possibly multiple-ringed novamene.

On the theory side, using electronic-structure methods, the next step will be the exploration of the electronic properties of the multi-ringed novamene, including band gaps and electrical transport properties. Also the optical properties of these compounds should be investigated in depth.
Finally, we suggest that, in addition to carbon, novamene-type structures could be relevant even for silicon and germanium.

**Declarations**

**Author contribution statement**

Larry Burchfield: Conceived and designed the experiments; Performed the experiments; Analyzed and interpreted the data; Wrote the paper.

Mohamed Al Fahim: Contributed reagents, materials, analysis tools or data.

Richard S Wittman and Francesco Delodovici: Performed the experiments; Analyzed and interpreted the data; Wrote the paper.

Nicola Manini: Performed the experiments; Analyzed and interpreted the data; Contributed reagents, materials, analysis tools or data; Wrote the paper.

**Funding statement**

This research did not receive any specific grant from funding agencies in the public, commercial, or not-for-profit sectors.

**Competing interest statement**

The authors declare no conflict of interest.

**Additional information**

Supplementary content related to this article has been published online at http://dx.doi.org/10.1016/j.heliyon.2017.e00242.

**Acknowledgements**

The authors wish to acknowledge the invaluable work performed by Pacific Northwest National Lab through the Technology Assistance Program and the invaluable contributions of Frances Smith, Gary Spanner and Edgar Buck. The authors also wish to thank Charles Holden for his important review and advice, and acknowledge useful discussion with Rocco Martinazzo, Giovanni Onida, and Marcel Di Vece.

**References**

[1] J. Narayan, A. Bhaumik, Novel phase of carbon, ferromagnetism, and conversion into diamond, J. Appl. Phys. 118 (2015) 215303.
[2] C. He, L. Sun, C. Zhang, J. Zhong, Two viable three-dimensional carbon semiconductors with an entirely sp$^2$ configuration, Phys. Chem. Chem. Phys. 15 (2013) 680.

[3] X.-L. Sheng, Q.-B. Yan, F. Ye, Q.-R. Zheng, G. Su, T-Carbon: A Novel Carbon Allotrope, Phys. Rev. Lett. 106 (2011) 155703.

[4] J. Fayos, Possible 3D carbon structures as progressive intermediates in graphite to diamond phase transition, J. Solid State Chem. 148 (1999) 278.

[5] W.L. Mao, H. Mao, P.J. Eng, T.P. Trainor, M. Newville, C. Kao, D.L. Heinz, J. Shu, Y. Meng, R.J. Hemley, Bonding Changes in Compressed Superhard Graphite, Science 302 (2003) 425.

[6] H. Bu, M. Zhao, A. Wang, X. Wang, First-principles prediction of the transition from graphdiyne to a superlattice of carbon nanotubes and graphene nanoribbons, Carbon 65 (2013) 341.

[7] C. Frondel, U.B. Marvin, Lonsdaleite, a new hexagonal polymorph of diamond, Nature 214 (1967) 587.

[8] F.P. Bundy, J.S. Kasper, Hexagonal Diamond—A New Form of Carbon, J. Chem. Phys. 46 (1967) 3437.

[9] H. He, T. Sekine, T. Kobayashi, Direct transformation of cubic diamond to hexagonal diamond, Appl. Phys. Lett. 81 (2002) 610.

[10] Y. Nur, M.W. Pitcher, S. Seyyidoğlu, L.K. Toppare, Facile Synthesis of Poly (hydridocarbyne): A Precursor to Diamond and Diamond-like Ceramics, J. Macromol. Sci. A 45 (2008) 358.

[11] Y. Nur, H.M. Cengiz, M.W. Pitcher, L.K. Toppare, Electrochemical polymerization of hexachloroethane to form poly(hydridocarbyne): a pre-ceramic polymer for diamond production, J. Mater. Sci. 44 (2009) 2774.

[12] S. Bhargava, H.D. Bist, S. Sahli, M. Aslam, H.B. Tripathi, Diamond polytypes in the chemical vapor deposited diamond films, Appl. Phys. Lett. 67 (1995) 1706.

[13] M. Nishitani-Gamo, I. Sakaguchi, K.P. Loh, H. Kanda, T. Ando, Confocal Raman spectroscopic observation of hexagonal diamond formation from dissolved carbon in nickel under chemical vapor deposition conditions, Appl. Phys. Lett. 73 (1998) 765.

[14] A. Misra, P.K. Tyagi, B.S. Yadav, P. Rai, D.S. Misra, V. Pancholi, I.D. Samajdar, Hexagonal diamond synthesis on h-GaN strained films, Appl. Phys. Lett. 89 (2006) 071911.
[15] Z. Pan, H. Sun, Y. Zhang, C. Chen, Harder than Diamond: Superior Indentation Strength of Wurtzite BN and Lonsdaleite, Phys. Rev. Lett. 102 (2009) 055503.

[16] Computational Methods and Experimental Measurements XV, In: G.M. Carlomagno, C.A. Brebbia (Eds.), WIT Press, Southampton UK, 2011.

[17] M.R. Salehpour, S. Satpathy, Comparison of electron bands of hexagonal and cubic diamond, Phys. Rev. B 41 (1990) 3048.

[18] G. Brinkmann, G. Caporossi, P. Hansen, A Constructive Enumeration of Fusenes and Benzenoids, J. Algorithms 45 (2002) 155.

[19] G. Brinkmann, G. Caporossi, P. Hansen, A Survey and New Results on Computer Enumeration of Polyhex and Fusene Hydrocarbons, J. Chem. Inf. Comput. Sci. 43 (2003) 842.

[20] D.L. Dorset, M.P. McCourt, Disorder and the molecular packing of C_{60} buckminsterfullerene: A direct electron crystallographic analysis, Acta Crystallographica A 50 (1994) 344.

[21] F. Favot, A. Dal Corso, Phonon dispersions: Performance of the generalized gradient approximation, Phys. Rev. B 60 (1999) 11427.

[22] P. Giannozzi, S. Baroni, N. Bonini, M. Calandra, R. Car, C. Cavazzoni, D. Ceresoli, G.L. Chiarotti, M. Cococcioni, I. Dabo, A. Dal Corso, S. Fabris, G. Fratesi, S. de Gironcoli, R. Gebauer, U. Gerstmann, C. Gougoussis, A. Kokalj, M. Lazzeri, L. Martin-Samos, N. Marzari, F. Mauri, R. Mazzarello, S. Paolini, A. Pasquarello, L. Paulatto, C. Sbraccia, S. Scandolo, G. Scalzuero, A.P. Seitsonen, A. Smogunov, P. Umari, R.M. Wentzcovitch, QUANTUM ESPRESSO: a modular and open-source software project for quantum simulations of materials, J. Phys.: Condens. Matter 21 (2009) 395502.

[23] N. Manini, A. Dal Corso, M. Fabrizio, E. Tosatti, Electron-vibration coupling constants in positively charged fulleren, Philos. Mag. B 81 (2001) 793.

[24] M. Lueders, A. Bordoni, N. Manini, A. Dal Corso, M. Fabrizio, E. Tosatti, Coulomb couplings in positively charged fullerene, Philos. Mag. B 82 (2002) 1611.

[25] L. Ravagnan, N. Manini, E. Cinquanta, G. Onida, D. Sangalli, C. Motta, M. Devetta, A. Bordoni, P. Piseri, P. Milani, Effect of Axial Torsion on sp Carbon Atomic Wires, Phys. Rev. Lett. 102 (2009) 245502.

[26] G. Onida, N. Manini, L. Ravagnan, E. Cinquanta, D. Sangalli, P. Milani, Vibrational properties of sp carbon atomic wires in cluster-deposited carbon films, Phys. Status Solidi B 247 (2010) 2017.
[27] F. Cataldo, L. Ravagnan, E. Cinquanta, I.E. Castelli, N. Manini, G. Onida, P. Milani, Synthesis, Characterization, and Modeling of Naphthyl-Terminated sp Carbon Chains: Dinaphthylpolyynes, J. Phys. Chem. B 114 (2010) 14834.

[28] E. Cinquanta, L. Ravagnan, I.E. Castelli, F. Cataldo, N. Manini, G. Onida, P. Milani, Vibrational characterization of dinaphthylpolyynes: A model system for the study of end-capped sp carbon chains, J. Chem. Phys. 135 (2011) 194501.

[29] I.E. Castelli, N. Ferri, G. Onida, N. Manini, Carbon sp chains in graphene nanoholes, J. Phys.: Condens. Matter 24 (2012) 104019.

[30] E. Castelli, P. Salvestrini, N. Manini, Mechanical properties of carbynes investigated by ab initio total-energy calculations, Phys. Rev. B 85 (2012) 214110.

[31] J.P. Pouget, R. Comes, The CDW Transition Structural Studies, in Charge Density Waves in Solids, In: L.P. Gor'kov, G. Grüner (Eds.), North-Holland, Amsterdam, 1989.

[32] A. De, C.E. Pryor, Electronic structure and optical properties of Si, Ge and diamond in the lonsdaleite phase, J. Phys.: Condens. Matter 26 (2014) 045801.

[33] Y.Y. Zhang, S. Chen, H. Xiang, X.-G. Gong, Hybrid crystalline $sp^{2}-sp^{3}$ carbon as a high-efficiency solar cell absorber, Carbon 109 (2016) 246.

[34] J. Narayan, A. Bhaumik, R. Narayan, Discovery of Q-phases and Direct Conversion of Carbon into Diamond and h-BN into c-BN, Adv. Mater. Proc. 174 (2016) 24.